Effect of Parent Concrete on the Performance of Recycled Aggregate Concrete

Luisa Pani, Lorena Francesconi, James Rombi, Fausto Mistretta, Mauro Sassu and Flavio Stochino *

Department of Civil, Environmental Engineering and Architecture, University of Cagliari, 09123 Cagliari, Italy; lpani@unica.it (L.P.); lorenafrancesconi@libero.it (L.F.); james.14@tiscali.it (J.R.); fmistret@unica.it (F.M.); msassu@unica.it (M.S.)

* Correspondence: fstochino@unica.it; Tel.: +39-070-675-5115

Received: 5 October 2020; Accepted: 10 November 2020; Published: 12 November 2020

Abstract: Recycling concrete construction waste is a promising way towards sustainable construction. Indeed, replacing natural aggregates with recycled aggregates obtained from concrete waste lowers the environmental impact of concrete constructions and improves natural resource conservation. This paper reports on an experimental study on mechanical and durability properties of concretes casted with recycled aggregates obtained from two different parent concretes, belonging to two structural elements of the old Cagliari stadium. The effects of parent concretes on coarse recycled aggregates and on new structural concretes produced with different replacement percentages of these recycled aggregates are investigated. Mechanical properties (compressive strength, modulus of elasticity, and splitting tensile strength) and durability properties (water absorption, freeze thaw, and chloride penetration resistance) are experimentally evaluated and analyzed as fundamental features to assess structural concrete behavior. The results show that the mechanical performance of recycled concrete is not related to the parent concrete characteristics. Furthermore, the resistance to pressured water penetration is not reduced by the presence of recycled aggregates, and instead, it happens for the chloride penetration resistance. The resistance to frost–thawing seems not related to the recycled aggregates replacement percentage, while an influence of the parent concrete has been assessed.

Keywords: concrete; recycled concrete; durability; recycled aggregate

1. Introduction

The environmental impact of concrete constructions is huge. For this reason, recycling concrete construction waste to obtain recycled concrete aggregate can lower the environmental impoverishment. Indeed, the use of Construction and Demolition Waste (C&DW) as alternative aggregates for new concrete production improves natural resource preservation, reduces landfill disposal, and promotes construction sustainability [1].

The physical properties of Recycled Aggregates (RA) depend on the quality and amount of the adhered cement mortar [1,2]. Actually, the quantity of adhered mortar increases with the decrease of the RA size [1,2]. Furthermore, the crushing procedure modifies the amount of adhered mortar. Due to this mortar, RA have higher water absorption and lower density in comparison to natural ones. In addition, the un-hydrated cement on the RA surface can modify the properties of concrete [3] and crack propagation [4,5].

It is observed that the mechanical properties (compressive strength, splitting tensile strength, and modulus of elasticity) of concrete with recycled concrete aggregates decrease with the increase of the replacement percentages of Natural Aggregates (NA) [6–8]. The different mechanical performances...
can be explained considering the different stress distribution and failure mechanisms caused by the different micro-structures of concrete with RA in comparison to the ones with NA. The failure mechanism of the concrete with RA is complex and it is influenced by the geometrical and mechanical properties of the aggregates but also by two different interfacial transition zones. Indeed, one is located between the original NA and the old mortar and the other one is between the old and the new mortar. Clearly, the situation is different in the case of normal concrete with NA where there is only one interfacial transition zone [9].

Often, RA have been used for concrete block pavements [10,11], but other research [9,12–14] has shown how it is possible to produce structural concrete with RA. Limbachiya et al. [14] found that flexural strength and modulus of elasticity of concrete containing recycled aggregates are similar to the ones of concrete made with NA. Recently, many researchers have investigated the influences of polymer additives on Self Compacting Concrete (SCC) cast with recycled and natural aggregates [15]—see [16] for a review—proving how it is possible to employ RA in the production of structural elements casted with SCC.

The durability properties of concrete with RA (chloride diffusion, freeze thaw resistance, and abrasion resistance) are still under investigation, since a wide variability in the results is reported [17]. The durability of concrete with recycled concrete aggregates is generally lower in comparison with traditional concrete [17–21]. Pereira et al. [22] suggest that the concrete containing recycled concrete aggregates should be avoided in aggressive environments. Actually, the adhered mortar that remains attached to the recycled concrete aggregates also influences the durability properties of concrete [19]. Saravanakumar and Dhinakaran [23] show that resistance to chloride ion penetration, water absorption, and acid attack resistance of concrete decrease with addition of recycled concrete aggregates. Kwan et al. [24] report that using recycled concrete aggregates as partial replacement of NA yields to low Water Absorption (WA) and low intrinsic permeability compared to the control concrete mix. Medina et al. [25] show that concrete with higher ratios of RA have higher freeze–thaw resistance. This can be explained considering the high mechanical quality of RA and the intrinsic properties of the new aggregates. Olorunsogo and Padayachee [26] reveal that the durability characteristics of concrete with RA are reduced by the increase in RA content. However, the durability of concrete with recycled concrete aggregates can be improved by the addition of pozzolanic materials, such as superfine phosphorus slag and ground granulated blast-furnace slag [27]. Xiao et al. [28], considering a Chinese experimental database, summarizes that the resistance of chloride penetration of Recycled Aggregate Concrete (RAC) is lower compared to that of Normal Concrete (NC), and that the resistance of chloride penetration of RAC decreases with the increase of RA replacement percentage. Similar studies confirm these conclusions; see [29,30]. Kurda et al. [31], considering both literature experimental data and their new experimental campaign, show that water absorption increases, and the electrical resistivity decreases with increasing replacement percentage of RA. An opposite result is obtained if fly ash is added to concrete for both tests. The reduction of water absorption is higher in mixes with both RA and fly ash in comparison to the mixes with only RA or fly ash. In addition, the benefit of incorporating fly ash and RA in concrete increases even more when superplasticizers are used. In addition, Lima et al. [32] prove that the presence of fly ash in the mixture improves the concrete workability, and compressive and tensile strengths.

In order to develop the marketing of recycled aggregates and the management of recycling plants, it is important to know whether their chemical, physical, and mechanical characteristics are influenced by parent concrete and also whether it influences the properties and performance of the concrete with RA. The experimental data representing the properties of RAC are characterized by high dispersion [33]. According to some authors [34,35], the quality of RA is mostly influenced by the quality of original demolished concrete. Even if more research is needed, some general statements can be drawn. For example, RAC with low to medium compressive strength can be produced independently from the characteristics of parent concrete [1,36–39]. On the other hand, Tabsh and Abdelfatah [40] state that the influence of the parent concrete is more significant in a weak concrete than in stronger
one. Actually, this can be explained considering that the strength of concrete depends on both coarse aggregates and cement. Therefore, if more cement is used, then the effect of the coarse aggregate is reduced.

Given that non conclusive statements have been proved on this issue, in this paper, an extensive experimental campaign was carried out to evaluate the mechanical performance and durability of concrete with coarse recycled concrete aggregates obtained through the demolition of concrete with quite low compressive strength ($R_{ck} \leq 20$ MPa). In this case, the old football stadium located in Cagliari (Italy) has been used as an artificial “quarry”. Indeed, in the future, the stadium will be demolished and rebuilt with a modern design. Thus, the RA are obtained from its concrete cantilever beams and foundations. Tests were carried out to evaluate the concrete mechanical performance of these concrete structures. Parts of cantilever beams and foundations have been separately demolished and crushed in order to obtain two types of coarse RA with a size range between 4 and 16 mm. Three different replacement percentages (30, 50, and 80%) of NA with RA have been used to produce different six concrete mixes. Three of them were casted using the RA obtained from the beams and the others were produced using the RA obtained from the foundations. An additional mix of NC with only NA was produced as a benchmark. Further tests were carried out to obtain a full description of physical and mechanical properties and durability of these concretes.

The aim of this work is twofold: to verify the feasibility of using concrete debris of the old Cagliari stadium for new structural concrete and to investigate the influence of the parent concrete on the new concrete obtained with RA.

After this brief introduction, Section 2 presents the experimental program, while Section 3 describes the characteristics of the RA. Section 4 deals with the mechanical and durability properties of the concrete with RA, discussing the influence of the parent concrete. Some discussions and conclusive remarks are presented in Section 5.

2. Experimental Program

The mechanical characteristics of concrete structures of the old Cagliari football stadium (built between 1965 and 1970, as shown in Figure 1) were investigated in the first step of the experimental program. Beams and foundation blocks (see blue elements in Figure 2) were chosen as the sources of the recycled concrete.

![Aerial view of old Cagliari football stadium, cropped version of the File: “Stadio_Sant’Elia_Cagliari_Italy_230Octo2008.jpg” posted to Flickr by Cristiano Cani, license CC 2.0.](image-url)
Figure 2. Cross section of reinforced concrete structures of old Cagliari football stadium. The analyzed structures are highlighted in blue (measures are in m).

**Parent Concrete Quality**

Twelve core samples were extracted from both the beams and the foundations, respectively labelled C. Beam and C. Found. Table 1 presents the average values of parent concrete mechanical characteristics and carbonation depth. These experimental results prove that concrete used to cast the beams is different from the ones used for the foundations. Indeed, different mechanical properties and carbonation depth were assessed. The mechanical performances and the carbonation depth of foundations concrete are better than those of the one used for beams.

**Table 1. Properties of parent concrete.**

| Identification | Carbonation Depth (mm) | Density (kg/m³) | Compressive Strength (MPa) | Elasticity Modulus (MPa) | Tensile Strength (MPa) |
|----------------|------------------------|-----------------|-----------------------------|--------------------------|------------------------|
| C. Found. 1    | 30                     | 2299            | 26.8                        | 24,470                   | -                      |
| C. Found. 2    | 30                     | 2334            | 32.2                        | 27,751                   | -                      |
| C. Found. 3    | 0                      | 2283            | 24.7                        | 23,785                   | -                      |
| C. Found. 4    | 0                      | 2345            | -                           | -                        | 2.04                   |
| C. Found. 5    | 0                      | 2298            | -                           | -                        | 1.83                   |
| C. Found. 6    | 0                      | 2327            | -                           | -                        | 2.28                   |
| **C. Found.**  | **Average**            | **2314**        | **27.9**                    | **25,335**               | **2.05**               |
| C. Beam 1      | 50                     | 2271            | 22.2                        | 19,744                   | -                      |
| C. Beam 2      | 0                      | 2315            | 22.1                        | 18,537                   | -                      |
| C. Beam 3      | 60                     | 2233            | 18.7                        | 15,845                   | -                      |
| C. Beam 4      | 0                      | 2295            | -                           | -                        | 1.50                   |
| C. Beam 5      | 40                     | 2248            | -                           | -                        | 1.58                   |
| C. Beam 6      | 40                     | 2259            | -                           | -                        | 1.40                   |
| **C. Beam:**   | **Average**            | **2270**        | **21.0**                    | **18,042**               | **1.49**               |

Petrographic analysis on thin sections of the cores highlights differences in the composition of the two materials C. Found and C. Beam. The polarizing microscope detects a fine cement matrix with different kinds of aggregates. Size distribution and mineralogical composition allow us to distinguish them. C. Found is characterized by centimetric fragments of micritic limestone. The presence of a varied siliciclastic, fine-grained, millimetric and sub-millimetric, fraction of metamorphic rock and granite fragments, with feldspar free crystals and quartz was also detected. All the fragments
are characterized by sharp edges. C. Beam presents a quite homogeneous siliciclastic composition. Millimetric-centimetric fraction of granite rocks, angular fragments, and various types of metamorphic rocks can be seen with a fine-grained, sub-millimetric fraction of the same materials and free crystals of feldspars, biotite, and quartz.

3. Recycled Aggregates

Taking into account that two different parent concretes have been considered, two kinds of RA have been produced: Recycled Aggregates obtained from crushed Foundations (RA_F), and Recycled Aggregates obtained from crushed Beams (RA_B). In both cases, the aggregates size range is 4–16 mm.

The tests following the indications of UNI EN 12620: 2008 [41] and UNI 8520-1: 2015 [42] have been performed on both types of RA. Table 2 presents the main test results while Figure 3 depicts the RA size distribution. It is interesting to point out that both RA types have very similar characteristics even if they have been obtained by crushing two different concretes. Indeed, only four parameters (content of acid-soluble sulfate and water-soluble sulfates, percentage of fines, shape index) out of twenty-one are different.

The physical properties, workability, mechanical performances, and durability of concrete with RA is strongly influenced by the Residual Mortar Content (RMC) attached onto the original NA particles [2,29,43–47]. Indeed, previous studies have proved that the reduction in compressive strength of concrete with RA [43–48] and in modulus of elasticity [49] are related to the presence of RMC. Thus, in order to evaluate the properties of concrete with RA, the determination of the RMC is critical. However, currently no standard method is available. In this research, the authors follow the strategy proposed by Abbas et al. in [50]. RA samples were exposed to daily cycles of freezing and thawing in a sodium sulphate solution. Table 3 presents the RMC obtained in RA_F and RA_B considering two fraction sizes (retained by a 4 and 10 mm sieve) and it highlights that RMC is almost similar for RA_B and RA_F.

Table 2. Recycled aggregate properties.

| Property                                      | RA_F  | RA_B  |
|-----------------------------------------------|-------|-------|
| Size designation                              | 4/16  | 4/16  |
| Category grading                              | GC 90/15, GT 17.5 | GC 90/15, GT 17.5 |
| Flakiness Index                               | 4     | 4     |
| Shape Index                                   | 59    | 34    |
| Saturated surface-dried particle density      | 2.39 Mg/m³ | 2.38 Mg/m³ |
| Loose bulk density and voids                 | ρ₉ = 1.23 Mg/m³, v% = 45 | ρ₉ = 1.14 Mg/m³, v% = 49 |
| Percentage of fines                           | 0.15% | 0.59% |
| Percentage of shells                          | absent | absent |
| Resistance to fragmentation                   | 39    | 39    |
| Constituents of coarse RA                     | X = 0; Rc = 74%; Ru = 27%; Ra = 0; Rg = 0 | X = 0; Rc = 78%; Ru = 22%; Ra = 0; Rg = 0 |
| Content of water-soluble chloride salts       | 0.005% | 0.005% |
| Content of acid-soluble chloride salts        | 0.325% | 0.325% |
| Content of acid-soluble sulphate              | 0.43%  | 0.26%  |
| Content of total sulfur                       | S < 0.1% | S < 0.1% |
| Content of water-soluble sulphates            | SS = 0.148% | SS = 0.068% |
| Lightweight contaminator                      | absent | absent |
| Water absorption                              | WA₂₄ = 7.0% | WA₂₄ = 6.7% |
| Resistance to freezing and thawing            | 41%   | 42%   |
| Resistance to magnesium sulphate              | 2.56% | 0%    |
| Presence of humus                              | absent | absent |
Figure 3. Recycled Aggregates (RA) size distribution.

Table 3. Residual mortar content.

| Residual Mortar Content (%) | RA_F     | RA_B     |
|-----------------------------|----------|----------|
| Sieve Retained 4 mm         | 55.81%   | 49.67%   |
| Sieve Retained 10 mm        | 45.82%   | 45.65%   |

4. Concrete

Cement CEM II/A-LL 42.5 R was adopted for each concrete mix. Sand is the fine aggregate while the coarse aggregates are crushed granite and the two kinds of recycled aggregates (RA_F and RA_B). In addition, a super plasticizer based on polycarboxylate was also used. Different replacement percentages (30, 50, and 80%) of coarse RA belonging to RC_B (Reinforced Concrete of the Beams) and to RC_F (Reinforced Concrete of the Foundations) were considered. Thus, the label RC_B_X% represents a mix with X% replacement percentage using RC_B. In addition, a normal mix of concrete without RA and with only NA was produced and labelled NC. Table 4 presents the characteristics of each mix.

Table 4. Mix proportions of concretes per m³.

| Notation | w/c Ratio | Cement (kg/m³) | Water (l/m³) | Fine NA (kg/m³) | Coarse NA (kg/m³) | Coarse RA_F (kg/m³) | Coarse RA_B (kg/m³) | Additive (kg/m³) | Density (kg/m³) |
|----------|-----------|----------------|--------------|----------------|-------------------|---------------------|---------------------|-----------------|-----------------|
| NC       | 0.463     | 400            | 185          | 847.49         | 880.06            | -                   | -                   | -               | 2.91            | 2322            |
| RC_B 30% | 0.463     | 400            | 185          | 821.8          | 616.04            | -                   | 263.69              | -               | 3.31            | 2293            |
| RC_F 30% | 0.463     | 400            | 185          | 821.8          | 616.04            | -                   | 263.69              | -               | 3.31            | 2287            |
| RC_B 50% | 0.463     | 400            | 185          | 802.97         | 440.03            | -                   | 440.27              | -               | 3.31            | 2298            |
| RC_F 50% | 0.463     | 400            | 185          | 802.97         | 440.03            | -                   | 440.27              | -               | 4.00            | 2283            |
| RC_B 80% | 0.463     | 400            | 185          | 778.15         | 176.01            | -                   | 703.96              | -               | 4.00            | 2268            |
| RC_F 80% | 0.463     | 400            | 185          | 778.15         | 176.01            | -                   | 703.96              | -               | 4.00            | 2229            |

4.1. Concrete Mechanical Properties

The standard slump test UNI EN 12350-2:2019 [51] was used to measure the fresh concrete workability. Two tests were performed for each mix at different times: immediately after the mixing process and after 30 min. Figure 4 presents the obtained values. It is interesting to highlight that slump values of the mixes with RA are very similar to NC.
Compressive strength and secant modulus of elasticity in compression tests were performed, respectively, according to UNI EN 12390-3: 2019 [52] and UNI EN 12390-13: 2013 [53], while splitting tensile strength was obtained following UNI EN 12390-6: 2010 [54].

After 14 and 28 days from the casting date, the compressive strength was measured, while modulus of elasticity and splitting tensile strength were obtained after 28 days. Table 5 presents the above-mentioned mechanical tests results. The average compressive strength at 14 and 28 days is quite high even when the percentage of coarse RA reaches 80%. Indeed, the compressive strength of concrete with RA seems not influenced by the parent concrete. Actually, some tests show how the compressive strength of concrete with RA is higher than NC. The splitting tensile strength of concrete with RA is almost equal or slightly higher than NC. Actually, the greater roughness of RA improves the aggregate interlocking, which produces an increase in tensile strength of concrete. As already shown in other research [49,55], the secant modulus of elasticity of concrete with RA is slightly lower than the one of NC.

The results shown in Table 5 prove that concrete with RA can be considered as a structural concrete, even when the replacement percentage reaches 80%. It is also important to point out that the performance characteristics of the parent concrete do not affect the performance of concrete with RA while the mix design plays a very important role [56].

4.2. Concrete Durability Properties

The durability of concrete is due to degradation phenomena that are produced by chemical and electro-chemical or physical causes [18]. The chemical and electro-chemical causes are related to reactions between aggressive fluids coming from the external environment and the ingredients or hydration products of the cement. The physical causes are determined by the temperature variations and relative humidity gradients, but they are also generated by static and dynamic loads acting on the structure and by abrasive actions. In this work, the durability properties related to the cementitious matrix characteristics have been analyzed in order to assess the concrete water permeability, the freeze–thaw resistance, and resistance to chloride penetration.

4.2.1. Permeability of Concretes

In general, concrete is not very permeable, and the higher the quality, the lower the permeability. Actually, permeability is an important parameter capable of assessing both the ability to avoid liquid loss, in the case of structures designed to contain liquids, and the material durability. The method currently used to estimate the permeability of concrete is based on the resistance to pressurized water penetration. The result of this test is the measurement of the water penetration depth in a cubic specimen (non-steady-state, without water permeation), due to the effect of pressure acting on the specimen for the test time.
Table 5. Mechanical properties of concrete with RA and NC, $R_{c,14d}$ represents the cubic compressive strength at 14 days, $R_{c,28d}$ represents the cubic compressive strength at 28 days, $f_{ct}$ is the splitting tensile strength, while $E_c$ is the secant elastic modulus.

| Notation | N. | $R_{c,14d}$ (MPa) | $R_{c,28d}$ (MPa) | $f_{ct}$ (MPa) | $E_c$ (MPa) |
|----------|----|------------------|------------------|---------------|-----------|
| NC       | 1  | 37.4             | 41.7             | 3.53          | 26,601    |
|          | 2  | 41.1             | 41.4             | 3.71          | 25,473    |
|          | 3  | 40.3             | 45.2             | 3.75          | 26,037    |
|          | Average Value | 39.6             | 42.8             | 3.66          | 26,037    |
| RC_B 30% | 1  | 44.4             | 45.5             | 3.46          | 24,138    |
|          | 2  | 41.7             | 47.3             | 3.83          | 23,553    |
|          | 3  | 41.5             | 44.8             | 4.06          | 22,846    |
|          | Average Value | 42.5             | 45.9             | 3.78          | 23,512    |
| RC_F 30% | 1  | 43.1             | 44.2             | 3.87          | 25,081    |
|          | 2  | 38.5             | 46.3             | 3.95          | 25,081    |
|          | 3  | 42.0             | 43.1             | 3.87          | 24,543    |
|          | Average Value | 41.2             | 44.5             | 3.89          | 24,902    |
| RC_B 50% | 1  | 45.5             | 43.9             | 3.70          | 23,383    |
|          | 2  | 44.9             | 41.8             | 4.04          | 22,976    |
|          | 3  | 43.9             | 47.5             | 3.95          | 22,675    |
|          | Average Value | 44.8             | 44.4             | 3.90          | 23,011    |
| RC_F 50% | 1  | 45.5             | 48.6             | 3.19          | 25,796    |
|          | 2  | 45.3             | 46.3             | 3.26          | 23,842    |
|          | 3  | 44.0             | 48.9             | 4.60          | 26,889    |
|          | Average Value | 44.9             | 47.9             | 3.68          | 25,509    |
| RC_B 80% | 1  | 43.4             | 45.6             | 4.10          | 25,314    |
|          | 2  | 42.8             | 47.9             | 3.59          | 22,602    |
|          | 3  | 43.1             | 48.1             | 3.87          | 22,541    |
|          | Average Value | 43.1             | 47.2             | 3.85          | 23,486    |
| RC_F 80% | 1  | 39.4             | 42.6             | 3.77          | 25,398    |
|          | 2  | 41.0             | 43.5             | 3.47          | 23,415    |
|          | 3  | 40.6             | 47.3             | 3.84          | 23,315    |
|          | Average Value | 40.3             | 44.5             | 3.69          | 24,043    |

The standard considered for this test is UNI EN 12390-8: 2009 [57]. Water pressure of 500 kPa is applied for 72 h, as shown in Figure 5a, to the specimen. During the test, the presence of water on the specimen surfaces not exposed to water pressure was periodically observed. The pressure was applied for 72 h and then the specimen was split in half. The cutting surface was perpendicular to the face on which the water pressure was applied, as shown in Figure 5b. The water penetration front could be clearly seen on the split face and then it was marked, as shown in Figure 5c, and measured.

![Figure 5](image-url)
Figure 6 presents the maximum penetration depth measured on the marked waterfront. It was found that NC presents a greater permeability compared to concrete with RA. The RC with RA_B has higher permeability than RC with RA_F. The influence of parent concrete in recycled concrete with 30% and 50% replacement percentage was also highlighted. Concrete made with RA_F shows less permeability. When the percentage of substitution is 30%, the depth of penetration of pressurized water is greater (1.5 times) in RC with RA_B than in RC with RA_F. The difference in penetration depth between RC with RA_B and with RA_F tends to disappear as the percentage of substitution increases. Thus, the permeability of concrete with RA was lower than the one of NC.

![Figure 6. Maximum penetration depth of water under pressure. The black horizontal line represents the penetration depth of water under pressure for NC.](image)

**4.2.2. Resistance to Chloride Penetration**

The resistance to chloride penetration has been measured following the international standard UNI EN 12390-11: 2015 [58]. Seven cube specimens have been casted and cured for a period of 28 days. Each specimen was divided into two sub-specimens: a “profile specimen” that was used to determine the chloride profile after exposure to unidirectional chloride ingress, and an initial chloride sub-specimen that was used to determine the initial chloride level, $C_i$. The profile specimen was vacuum saturated with demineralized water, coated on all sides but one, and then the uncoated face was exposed to a chloride solution (3% mass sodium chloride (NaCl) solution) by complete immersion. After 90 days of exposure, 8 layers parallel to the chloride exposed surface but with different depths were ground. The acid-soluble chloride content of each layer and the average depth of the layer from the surface of concrete exposed to the chloride solution were determined. The initial chloride content was also determined by grinding a sample from the other sub-specimen and the acid soluble chloride content determined.

By non-linear regression analysis using the least squares approach, the surface chloride constant ($C_s$) and the non-steady state chloride diffusion coefficients ($D_{nss}$) were determined. The regression is necessary to find the parameters $C_s$ and $D_{nss}$, which minimize the differences between the measured experimental data and the solution to Fick’s 2nd law:

$$C_x = C_i + (C_s - C_i) \left(1 - erf \left( \frac{x}{2 \sqrt{D_{nss} t}} \right) \right)$$  \hspace{1cm} (1)

Table 6 presents the experimental data related to the initial chloride level $C_i$ (% by mass of concrete), acid-soluble chloride content $C_s$ (% by mass of concrete), and related average depth $x$ (mm), of the layer from the surface of concrete exposed for an exposure period of 90 days, and the parameters $C_s$ (% by mass of concrete), $D_{nss}$ (mm²/days), and the coefficient of determination $R^2$. 

![Table 6](image)
The resistance of concrete to chloride penetration can be defined by three parameters: initial chloride content in concrete, $C_1$; surface chloride content in concrete after exposure to chlorides, $C_s$; and diffusion coefficient, $D_{\text{bess}}$. Although the adopted exposure solution does not simulate an actual condition produced by seawater or thawing salts, it is nevertheless useful to reduce the problem of durability to a single parameter. To this end, the time $T$ necessary for the chlorides to destroy the protective film was obtained using Equation (1). The calculation was done with reference to a particular level of concentration of chlorides critical $C_{crt}$ and a depth $x$ equal to the reinforcement depth. In this case, $C_{crt} = 0.05$ (% by mass of concrete) and $x = 40 \text{ mm}$ have been considered. Figure 7 presents the theoretical service life $T$ (in years) of concretes.

The resistance of concrete to chloride penetration can be defined by three parameters: initial chloride content in concrete, $C_1$; surface chloride content in concrete after exposure to chlorides, $C_s$; and diffusion coefficient, $D_{\text{bess}}$. Although the adopted exposure solution does not simulate an actual condition produced by seawater or thawing salts, it is nevertheless useful to reduce the problem of durability to a single parameter. To this end, the time $T$ necessary for the chlorides to destroy the protective film was obtained using Equation (1). The calculation was done with reference to a particular level of concentration of chlorides critical $C_{crt}$ and a depth $x$ equal to the reinforcement depth. In this case, $C_{crt} = 0.05$ (% by mass of concrete) and $x = 40 \text{ mm}$ have been considered. Figure 7 presents the theoretical service life $T$ (in years) of concretes.

The resistance of concrete to chloride penetration can be defined by three parameters: initial chloride content in concrete, $C_1$; surface chloride content in concrete after exposure to chlorides, $C_s$; and diffusion coefficient, $D_{\text{bess}}$. Although the adopted exposure solution does not simulate an actual condition produced by seawater or thawing salts, it is nevertheless useful to reduce the problem of durability to a single parameter. To this end, the time $T$ necessary for the chlorides to destroy the protective film was obtained using Equation (1). The calculation was done with reference to a particular level of concentration of chlorides critical $C_{crt}$ and a depth $x$ equal to the reinforcement depth. In this case, $C_{crt} = 0.05$ (% by mass of concrete) and $x = 40 \text{ mm}$ have been considered. Figure 7 presents the theoretical service life $T$ (in years) of concretes.

The resistance of concrete to chloride penetration can be defined by three parameters: initial chloride content in concrete, $C_1$; surface chloride content in concrete after exposure to chlorides, $C_s$; and diffusion coefficient, $D_{\text{bess}}$. Although the adopted exposure solution does not simulate an actual condition produced by seawater or thawing salts, it is nevertheless useful to reduce the problem of durability to a single parameter. To this end, the time $T$ necessary for the chlorides to destroy the protective film was obtained using Equation (1). The calculation was done with reference to a particular level of concentration of chlorides critical $C_{crt}$ and a depth $x$ equal to the reinforcement depth. In this case, $C_{crt} = 0.05$ (% by mass of concrete) and $x = 40 \text{ mm}$ have been considered. Figure 7 presents the theoretical service life $T$ (in years) of concretes.
of the aggregates were replaced by RA_B. The chloride penetration resistance of RC appears to be influenced by the parent concrete of RA. On average, the theoretical service life of RC with RA_F is 40% higher than that of RC with RA_B.

4.2.3. Freeze–Thaw Resistance of Concrete

Concrete elements frequently exposed to water, to high relative humidity (more than 75%), and to low environmental temperature (−5 °C or lower), can be subjected to deterioration caused by frost and thaw. This damage allows the penetration of aggressive external agents (such as sulphates and chlorides) and consequently the rebars corrosion is started. It consists mainly of micro- and macro-cracking of the cement matrix and also of spalling of the exposed surface [25,59,60]. In order to investigate this aspect, frost and thaw resistance tests were developed on the different concrete mixes, as shown in Table 4. The standard test procedure UNI CEN/TS 12390-9: 2017 [61] was adopted to assess the frost and thaw resistance of concrete in the presence of a sodium chloride solution. The test does not fully reproduce any possible real field condition, as that can be extremely variable and can be influenced by random parameters as the chemical composition of the environment surrounding the concrete. Indeed, real concretes can be exposed to different types of pollution, chemical aggression, and freezing and thawing cycles at the same moment. In addition, the porosity of the test specimens can be different from the porosity of real concrete elements that is influenced by the presence of reinforcing bars, different casting methods, etc. However, the test is useful to compare the behavior of different concrete mixes with and without RA in given conditions.

Four cubic specimens (150 mm side length), for each concrete mix, were packed and cured for 28 days under standard thermo-hygrometric conditions. From each cube, a prismatic specimen of size 150 × 150 × 50 mm was obtained using a water-cooled diamond saw. A rubber coating was glued to each face of the specimen except for the test surface, which coincides with the sawdust surface. A silicone cord was applied around the entire perimeter of the test surface between the concrete and the rubber coating. The individual specimens were placed in polystyrene honeycomb plastic boxes to ensure thermal insulation on all surfaces except for the test surface, as shown in Figure 8.

![Figure 8. Samples exposed to freeze–thaw cycles.](image-url)

All 28 samples (4 specimens for 7 concretes mixes, as shown in Table 4) were placed in the freezing chamber and subjected to repeated freezing and thawing cycles. The temperature of the freezing liquid in one specimen was monitored continuously and Figure 9 shows the temperatures measured over a 24 h cycle of freezing and thawing for a representative sample.
Figure 8. Samples exposed to freeze–thaw cycles.

All 28 samples (4 specimens for 7 concretes mixes, as shown in Table 4) were placed in the freezing chamber and subjected to repeated freezing and thawing cycles. The temperature of the freezing liquid in one specimen was monitored continuously and Figure 9 shows the temperatures measured over a 24 h cycle of freezing and thawing for a representative sample.

Figure 9. Temperature time history for a 24 h freezing and thawing cycle.

After 14, 28, 42, and 56 freezing and thawing cycles, the specimens were subjected to flaking. The flakes of material detached from the test surface were collected by rinsing and brushing. The collected material was subjected to 110 °C in an oven in order to be dried and then weighed.

Figure 10 shows the cumulative quantity of dried flakes per unit area ($S_n$) for the different concrete mixes. It is interesting to point out that the concretes with RA_B have the same qualitative and quantitative trend regardless of the percentage of recycled aggregates replacement percentage. The mass value of the cumulated flakes is always higher than the one of the NC for all the monitored freezing and thawing cycles. Instead the concrete with RA_F has a lower, or at most the same, cumulative flake mass values of the NC. Looking at Figure 10 there is no obvious link between the percentage of substitution and $S_n$.

Figure 10. $S_n$ versus number of freeze–thaw cycles.

After 56 freeze-thaw cycles, the cumulative quantity of dried material flakes per unit area of $S_n$ (kg/m²) and the average value of the four samples for each concrete mix was evaluated and reported in Table 7. It can be stated that the resistance to the frost–thawing cycle, measured using the $S_n$ parameter, is higher in concrete with RA_B. However, the $S_n$ value of the concrete RA_F is lower
or approximately equal to the value of the NC. The obtained results do not show any relationship between the replacement percentage of recycled aggregates and the resistance to frost and thaw.

Table 7. Cumulative quantity of flakes of dried material per unit area (S_n) after 56 cycles of frost and thaw.

| Concrete | Sample | S_n (kg/m²) | S_n average (kg/m²) |
|----------|--------|-------------|---------------------|
| RC_B30%  | 1      | 1.39        |                     |
|          | 2      | 0.76        |                     |
|          | 3      | 1.71        |                     |
|          | 4      | 2.20        |                     |
| RC_B50%  | 1      | 1.97        |                     |
|          | 2      | 1.00        |                     |
|          | 3      | 0.66        |                     |
|          | 4      | 1.93        |                     |
| RC_B80%  | 1      | 1.03        |                     |
|          | 2      | 2.60        |                     |
|          | 3      | 0.79        |                     |
|          | 4      | 1.16        |                     |
| NC       | 1      | 1.12        |                     |
|          | 2      | 0.21        |                     |
|          | 3      | 1.17        |                     |
|          | 4      | 1.00        |                     |
| RC_F30%  | 1      | 0.20        |                     |
|          | 2      | 0.21        |                     |
|          | 3      | 0.63        |                     |
|          | 4      | 0.31        |                     |
| RC_F50%  | 1      | 0.97        |                     |
|          | 2      | 0.94        |                     |
|          | 3      | 1.27        |                     |
|          | 4      | 0.57        |                     |
| RC_F80%  | 1      | 0.36        |                     |
|          | 2      | 0.70        |                     |
|          | 3      | 0.86        |                     |
|          | 4      | 0.60        |                     |

5. Discussion and Conclusions

In this paper, an experimental campaign has been developed in order to assess the mechanical and durability properties of concrete with recycled concrete aggregates. Two different parent concretes have been used to produce the recycled aggregates. In this way, it was possible to investigate what is the influence of the parent concrete on the performance of recycled concrete. RC_F and RC_B denote the concrete with recycled concrete aggregates respectively obtained from the foundation and the beam of the old Cagliari Stadium. The foundation concrete showed better mechanical performance in comparison to the beams one. The following conclusions can be drawn from the results:

- Recycled concrete produced with coarse recycled aggregates has shown similar mechanical performances to normal concrete produced with natural aggregate, even when the natural aggregates replacement percentage reaches 80%.
- The mechanical performance of recycled concrete is not related to the parent concrete mechanical characteristics.
- Concerning the durability, experimental results show that:
- The resistance to pressured water penetration is not reduced by the presence of recycled aggregates.
- The chloride penetration resistance of concrete with RA is lower than that of normal concrete (NC). In addition, it appears to be influenced by the parent concrete. Indeed, the theoretical service life of RC_F is 40% higher than that of RC_B, regardless of the percentage of recycled aggregate replacement.

- The resistance to the frost–thawing cycle is higher in concrete with RA_B. Instead the $S_n$ value of the concrete with RA_F is lower or approximately equal to the value of the normal concrete NC. The results obtained do not show a relationship between the replacement percentage of recycled aggregates and the resistance to frost and thaw.

These results highlight the importance of the mix design that can allow the obtaining of structural concrete even with concrete demolition waste with different mechanical characteristics.

Recycled aggregates can represent an efficient way to lower the buildings’ impact on the environment, improving their sustainability. At the same time, RA can create new opportunities for the companies that re-design their production workflow. For instance, the processing scraps of precast concrete elements should be used to create recycled aggregates, reducing losses and maximizing earnings with a beneficial effect on the environment.

Actually, the transportation costs of construction materials have a paramount relevance in the economic analysis. Thus, recycled aggregates can be very effective when the source of the parent concrete is near the location of the construction, as happens in the case of demolition and re-building, or in the case of retrofitting of existing structures and infrastructures (see [62,63]). Finally, it should be considered that if the environmental impact of the retrofitting intervention is taken into account (see [64,65]), the equivalent CO$_2$ cost is reduced by the use of RA. Furthermore, the combined use of RA and alternative bio-natural aggregate [66] and structures [67] represent an effective approach to lower the environmental impact of constructions.

Further developments of this work are expected considering whole structural elements like those presented in [68–71].

**Author Contributions:** Conceptualization, validation, and formal analysis, L.P. and F.S.; methodology, investigation, data curation, L.F. and J.R.; writing—original draft preparation, L.P. and F.S.; writing—review and editing, F.M. and M.S.; supervision, project administration, and funding acquisition, L.P. All authors have read and agreed to the published version of the manuscript.

**Funding:** This research was funded by Sardegna Ricerche for the financial support (POR FESR 2014/2020-ASSER PRIORITARIO I “RICERCA SCIENTIFICA, SVILUPPO TECNOLOGICO E INNOVAZIONE). The financial support by Autonomous Region of Sardinia under grant PO-FSE 2014–2020, CCI: 2014-IT05SFOP021, through the project “Retrofitting, rehabilitation and requalification of the historical cultural architectural heritage (R3-PAS)” is acknowledged by Flavio Stochino.

**Conflicts of Interest:** The authors declare no conflict of interest.

**References**

1. Etxeberria, M.; Mari, A.R.; Vazquez, E. Recycled aggregate concrete as structural material. *Mater. Struct.* 2007, 40, 529–541. [CrossRef]
2. De Juan, M.S.; Gutiérrez, P.A. Study on the influence of attached mortar content on the properties of recycled concrete aggregate. *Constr. Build. Mater.* 2009, 23, 872–877. [CrossRef]
3. Katz, A. Properties of concrete made with recycled aggregate from partially hydrated old concrete. *Cem. Concr. Res.* 2003, 33, 703–711. [CrossRef]
4. Li, W.; Long, C.; Tam, V.W.Y.; Poon, C.-S.; Duan, W.H. Effects of nano-particles on failure process and microstructural properties of recycled aggregate concrete. *Constr. Build. Mater.* 2017, 142, 42–50. [CrossRef]
5. Li, W.; Luo, Z.; Sun, Z.; Hu, Y.; Duan, W.H. Numerical modelling of plastic–damage response and crack propagation in RAC under uniaxial loading. *Mag. Concr. Res.* 2018, 70, 459–472. [CrossRef]
6. Silva, R.V.; de Brito, J.; Dhir, R.K. The influence of the use of recycled aggregates on the compressive strength of concrete: A review. *Eur. J. Environ. Civ. Eng.* 2015, 19, 825–849. [CrossRef]
7. Silva, R.V.; de Brito, J.; Dhir, R.K. Establishing a relationship between modulus of elasticity and compressive strength of recycled aggregate concrete. *J. Clean. Prod.* 2016, 112, 2171–2186. [CrossRef]
8. Silva, R.V.; de Brito, J.; Dhir, R.K. Tensile strength behaviour of recycled aggregate concrete. Constr. Build. Mater. 2015, 83, 108–118. [CrossRef]
9. Francesconi, L.; Pani, L.; Stochino, F. Punching shear strength of reinforced recycled concrete slabs. Constr. Build. Mater. 2016, 127, 248–263. [CrossRef]
10. Rahman, M.M.; Beecham, S.; Iqbal, A.; Karim, M.R.; Rabbi, A.T.Z. Sustainability assessment of using recycled aggregates in concrete block pavements. Sustainability 2020, 12, 4313. [CrossRef]
11. Shi, X.; Grasley, Z.; Mukhopadhyay, A.; Zollinger, D. Use of recycled aggregates in concrete pavement: Pavement design and life cycle assessment. In Proceedings of the International Symposium on Pavement. Roadway, and Bridge Life Cycle Assessment 2020 (LCA 2020), Sacramento, CA, USA, 3–6 June 2020; CRC Press: Boca Raton, FL, USA, 2020; p. 324.
12. Silva, R.V.; de Brito, J. Reinforced recycled aggregate concrete slabs: Structural design based on Eurocode 2. Eng. Struct. 2020, 204, 110047. [CrossRef]
13. Cantero, B.; Bravo, M.; de Brito, J.; del Bosque, I.S.; Medina, C. Mechanical behaviour of structural concrete with ground recycled concrete cement and mixed recycled aggregate. J. Clean. Prod. 2020, 275, 122913. [CrossRef]
14. Limbachiya, M.C.; Leelawat, T.; Dhir, R.K. Use of recycled concrete aggregate in high-strength concrete. Mater. Struct. 2000, 33, 574–580. [CrossRef]
15. Ardalan, R.B.; Emamzadeh, Z.N.; Rasekh, H.; Joshaghani, A.; Samali, B. Physical and mechanical properties of polymer modified self-compacting concrete (SCC) using natural and recycled aggregates. J. Sustain. Cem. Based Mater. 2020, 9, 1–16. [CrossRef]
16. Singh, A.; Duan, Z.; Xiao, J.; Liu, Q. Incorporating recycled aggregates in self-compacting concrete: A review. J. Sustain. Cem. Based Mater. 2020, 9, 165–189. [CrossRef]
17. ACI Committee 555. Removal and Reuse of Hardened Concrete; American Concrete Institute: Farmington Hills, MI, USA, 2001.
18. Kisku, N.; Joshi, H.; Ansari, M.; Panda, S.K.; Nayak, S.; Dutta, S.C. A critical review and assessment for usage of recycled aggregate as sustainable construction material. Constr. Build. Mater. 2017, 131, 721–740. [CrossRef]
19. Guo, H.; Shi, C.; Guan, X.; Zhu, J.; Ding, Y.; Ling, T.-C.; Zhang, H.; Wang, Y. Durability of recycled aggregate concrete—A review. Cem. Concr. Compos. 2018, 89, 251–259. [CrossRef]
20. Silva, R.V.; de Brito, J.; Dhir, R.K. Prediction of chloride ion penetration of recycled aggregate concrete. Mater. Res. 2015, 18, 427–440. [CrossRef]
21. Sasanipour, H.; Aslani, F. Durability properties evaluation of self-compacting concrete prepared with waste fine and coarse recycled concrete aggregates. Constr. Build. Mater. 2020, 236, 117540. [CrossRef]
22. Pereira, P.; Evangelista, L.; de Brito, J. The effect of superplasticizers on the mechanical performance of concrete made with fine recycled concrete aggregates. Cem. Concr. Compos. 2012, 34, 1044–1052. [CrossRef]
23. Saravanakumar, P.; Dhinakaran, G. Durability characteristics of recycled aggregate concrete. Struct. Eng. Mech. 2013, 47, 701–711. [CrossRef]
24. Kwan, W.H.; Ramli, M.; Kam, K.J.; Sulieeman, M.Z. Influence of the amount of recycled coarse aggregate in concrete design and durability properties. Constr. Build. Mater. 2012, 26, 565–573. [CrossRef]
25. Medina, C.; de Rojas, M.I.S.; Frias, M. Freeze-thaw durability of recycled concrete containing ceramic aggregate. J. Clean. Prod. 2013, 40, 151–160. [CrossRef]
26. Olorunsogo, F.; Padayachee, N. Performance of recycled aggregate concrete monitored by durability indexes. Cem. Concr. Res. 2002, 32, 179–185. [CrossRef]
27. Wang, H.; Sun, X.; Wang, J.; Monteiro, P.J.M. Permeability of concrete with recycled aggregate and pozzolanic materials under stress. Materials 2016, 9, 252. [CrossRef]
28. Xiao, J.; Li, W.; Fan, Y.; Huang, X. An overview of study on recycled aggregate concrete in China (1996–2011). Constr. Build. Mater. 2012, 31, 364–383. [CrossRef]
29. Otsuki, N.; Miyazato, S.S.; Yodsudjai, W. Influence of recycled aggregate on interfacial transition zone, strength, chloride penetration and carbonation of concrete. J. Mater. Civil. Eng. 2003, 15, 443–551. [CrossRef]
30. Sim, J.; Park, C. Compressive strength and resistance to chloride ion penetration and carbonation of recycled aggregate concrete with varying amount of fly ash and fine recycled aggregate. Waste Manag. 2011, 31, 2352–2360. [CrossRef]
31. Kurda, R.; de Brito, J.; Silvestre, J.D. Water absorption and electrical resistivity of concrete with recycled concrete aggregates and fly ash. *Cem. Concr. Compos.* 2019, 95, 169–182. [CrossRef]

32. Lima, C.; Caggiano, A.; Faella, C.; Martinelli, E.; Pepe, M.; Realfonzo, R. Physical properties and mechanical behaviour of concrete made with recycled concrete aggregates and fly ash. *Constr. Build. Mater.* 2019, 201, 110–120. [CrossRef]

33. Pacheco, J.; de Brito, J.; Chastre, C.; Evangelista, L. Experimental investigation on the variability of the main mechanical properties of concrete produced with coarse recycled concrete aggregates. *Constr. Build. Mater.* 2019, 95, 169–182. [CrossRef]

34. Pacheco, J.; de Brito, J.; Chastre, C.; Evangelista, L. Experimental investigation on the variability of the main mechanical properties of concrete produced with coarse recycled concrete aggregates. *Constr. Build. Mater.* 2019, 201, 110–120. [CrossRef]

35. Kou, S.-C.; Poon, C.-S. Effect of the quality of parent concrete on the properties of high performance recycled aggregate concrete. *Constr. Build. Mater.* 2015, 77, 501–508. [CrossRef]

36. Ajdukiewicz, A.; Kliszczewicz, A. Influence of recycled aggregates on mechanical properties of HS/HPC. *Cem. Concr. Compos.* 2002, 24, 269–279. [CrossRef]

37. Rahal, K.N. Mechanical properties of concrete with recycled coarse aggregate. *Build. Environ.* 2007, 42, 407–415. [CrossRef]

38. González-Fonteboa, B.; Martinez-Abella, F. Concretes with aggregates from demolition waste and silica fume. Materials and mechanical properties. *Build. Environ.* 2008, 43, 429–437. [CrossRef]

39. Pani, L.; Francesconi, L.; Rombi, J.; Naitza, S.; Balletto, G.; Mei, G. Recycled aggregates, mechanical properties and environmental sustainability. In *Planning, Nature and Ecosystem Services, INPUT ACAdemy*; FedOAPress—Federico II Open ACCESS University Press: Cagliari, Italy, 2019; pp. 431–442.

40. Tabsh, S.W.; Abdelfatah, A.S. Influence of recycled concrete aggregates on strength properties of concrete. *Constr. Build. Mater.* 2009, 23, 1163–1167. [CrossRef]

41. *Aggregates for Concrete*; UNI EN 12620: 2008; Ente Nazionale Italiano di Unificazione (UNI): Milan, Italy, 2008.

42. *Aggregates for Concrete. Additional Provisions for the Application of EN 12620 Part 1: Designation and Conformity Criteria*; UNI 8520-1: 2015; Ente Nazionale Italiano di Unificazione (UNI): Milan, Italy, 2015.

43. Dimitriou, G.; Savva, P.; Petrou, M.F Enhancing mechanical and durability properties of recycled aggregate concrete. *Constr. Build. Mater.* 2018, 158, 228–235. [CrossRef]

44. Omary, S.; Ghorbel, E.; Wardeh, G.; Nguyen, M.D. Mix design and recycled aggregates effects on the concrete’s properties. *J. Civ. Eng.* 2018, 16, 973–992. [CrossRef]

45. Pani, L.; Francesconi, L.; Concu, G. Influence of replacement percentage of recycled aggregates on recycled aggregate concrete properties. In Proceedings of the 2011 FIB Symposium: Concrete Engineering for Excellence and Efficiency, Prague, Czech Republic, 8–10 June 2011.

46. Pani, L.; Francesconi, L.; Concu, G. Relation between static and dynamic moduli of elasticity for recycled aggregate concrete. In Proceedings of the First International Conference on Concrete Sustainability, Tokyo, Japan, 27–29 May 2013; pp. 676–681.

47. Pani, L.; Balletto, G.; Naitza, S.; Francesconi, L.; Trulli, N.; Mei, G. Evaluation of mechanical, physical and chemical properties of recycled aggregates for structural concrete. In Proceedings of the Sardinia 2013, Fourteenth International Waste Management and Landfill Symposium, Cagliari, Italy, 30 September–4 October 2013.

48. Tavakoli, M.; Soroushian, P. Strength of recycled aggregate concrete made using field-demolished concrete as aggregate. *ACI Mat. J.* 1996, 93, 182–190.

49. Salem, R.M.; Burdette, E.G. Role of chemical and mineral admixtures on physical properties and frost-resistance of recycled aggregate concrete. *ACI Mat. J.* 1998, 95, 558–563.

50. Abbas, A.; Fathifazl, G.; Isgor, O.B.; Razaqpur, A.G.; Fournier, B.; Foo, S. Proposed method for determining the residual mortar content of recycled concrete aggregates. *J. ASTM Intern.* 2007, 5, 1–12.

51. *Testing Fresh Concrete—Part 2: Slump Test*; UNI EN 12350-2:2019; Ente Nazionale Italiano di Unificazione (UNI): Milan, Italy, 2019.

52. *Testing Hardened Concrete—Part 3: Compressive Strength of Test Specimens*; UNI EN 12390-3: 2019; Ente Nazionale Italiano di Unificazione (UNI): Milan, Italy, 2019.

53. *Testing Hardened Concrete—Part 13: Determination of Secant Modulus of Elasticity in Compression*; UNI EN 12390-13: 2013; Ente Nazionale Italiano di Unificazione (UNI): Milan, Italy, 2013.
54. Testing Hardened Concrete—Part 6: Tensile Splitting Strength of the Specimens; UNI EN 12390-6: 2010; Ente Nazionale Italiano di Unificazione (UNI): Milan, Italy, 2010.

55. Stochino, F.; Pani, L.; Francesconi, L.; Mistretta, F. Cracking of reinforced recycled concrete slabs. *Int. J. Struct. Glass Adv. Mater. Res.* 2017, 1, 3–9. [CrossRef]

56. Pepe, M.; Filho, R.D.T.; Koenders, E.A.; Martinelli, E. A novel mix design methodology for recycled aggregate concrete. *Constr. Build. Mater.* 2016, 122, 362–372. [CrossRef]

57. Testing Hardened Concrete. Part. 8 Depth of Penetration of Water Under Pressure; UNI EN 12390-8: 2009; Ente Nazionale Italiano di Unificazione (UNI): Milan, Italy, 2009.

58. Testing Hardened Concrete. Part. 11: Determination of the Chloride Resistance of Concrete, Unidirectional Diffusion; UNI EN 12390-11: 2015; Ente Nazionale Italiano di Unificazione (UNI): Milan, Italy, 2015.

59. Hanjari, K.Z.; Utgenannt, P.; Lundgren, K. Experimental study of the material and bond properties of frost-damaged concrete. *Cem. Concr. Res.* 2011, 41, 244–254. [CrossRef]

60. Harrison, T.A.; Dewar, J.D.; Brown, B.V. Freeze-Thaw Resisting Concrete: Its Achievement in the UK; CIRIA: London, UK, 2001.

61. Testing Hardened Concrete. Part 9. Freeze-Thaw Resistance with Deicing Salts. Scaling; UNI CEN/TS 12390-9: 2017; Ente Nazionale Italiano di Unificazione (UNI): Milan, Italy, 2017.

62. Stochino, F.; Fadda, M.L.; Mistretta, F. Assessment of RC Bridges integrity by means of low-cost investigations. *Frat. Integrita Strutt.* 2018, 46, 216–225. [CrossRef]

63. Stochino, F.; Fadda, M.L.; Mistretta, F. Low cost condition assessment method for existing RC bridges. *Eng. Fail. Anal.* 2018, 86, 56–71. [CrossRef]

64. Sassu, M.; Stochino, F.; Mistretta, F. Assessment method for combined structural and energy retrofitting in masonry buildings. *Buildings* 2017, 7, 71. [CrossRef]

65. Mistretta, F.; Stochino, F.; Sassu, M. Structural and thermal retrofitting of masonry walls: An integrated cost-analysis approach for the Italian context. *Build. Environ.* 2019, 155, 127–136. [CrossRef]

66. Sassu, M.; Giresini, L.; Bonannini, E.; Puppio, M.L. On the use of vibro-compressed units with bio-natural aggregate. *Buildings* 2016, 6, 40. [CrossRef]

67. Sassu, M.; de Falco, A.; Giresini, L.; Puppio, M.L. Structural solutions for low-cost bamboo frames: Experimental tests and constructive assessments. *Materials* 2016, 9, 346. [CrossRef] [PubMed]

68. Xu, J.J.; Chen, Z.P.; Zhao, X.Y.; Demartino, C.; Ozbakkaloglu, T.; Xue, J.Y. Seismic performance of circular recycled aggregate concrete-filled steel tubular columns: FEM modelling and sensitivity analysis. *Thin Walled Struct.* 2019, 141, 509–525. [CrossRef]

69. Xu, J.J.; Chen, Z.P.; Ozbakkaloglu, T.; Zhao, X.-Y.; Demartino, C. A critical assessment of the compressive behavior of reinforced recycled aggregate concrete columns. *Eng. Struct.* 2018, 161, 161–175. [CrossRef]

70. Xu, J.J.; Chen, Z.P.; Xiao, Y.; Demartino, C.; Wang, J.H. Recycled aggregate concrete in FRP-confined columns: A review of experimental results. *Comp. Struct.* 2017, 174, 277–291. [CrossRef]

71. Deresa, S.T.; Xu, J.; Demartino, C.; Heo, Y.; Li, Z.; Xiao, Y. A review of experimental results on structural performance of reinforced recycled aggregate concrete columns. *Adv. Struct. Eng.* 2020, 23, 3351–3369. [CrossRef]

**Publisher’s Note:** MDPI stays neutral with regard to jurisdictional claims in published maps and institutional affiliations.

© 2020 by the authors. Licensee MDPI, Basel, Switzerland. This article is an open access article distributed under the terms and conditions of the Creative Commons Attribution (CC BY) license (http://creativecommons.org/licenses/by/4.0/).